Enhancing the Photocatalytic Activity of SnO$_2$-TiO$_2$ and ZnO-TiO$_2$ Tandem Structures Toward Indoor Air Decontamination

Alexandru Enesca*

Product Design, Mechatronics and Environmental Department, Transilvania University of Brasov, Brașov, Romania

ZnO-TiO$_2$ and SnO$_2$-TiO$_2$ tandem structures were developed using the doctor blade technique. It was found that by employing organic hydrophilic and hydrophobic as additives into the precursor it is possible to tailor the film density and morphology with direct consequences on the photocatalytic activity of the tandem structures. The highest photocatalytic efficiency corresponds to ZnO-TiO$_2$ and can reach 74.04% photocatalytic efficiency toward acetaldehyde when a hydrophilic additive is used and 70.93% when a hydrophobic additive is employed. The SnO$_2$-TiO$_2$ tandem structure presents lower photocatalytic properties (61.35 % when the hydrophilic additive is used) with a constant rate reaction of 0.07771 min$^{-1}$.

Keywords: air decontamination, acetaldehyde, photocatalysis, metal oxides, tandem structures

INTRODUCTION

The concentration of volatile organic compounds (VOCs) in the atmosphere varies over a wide range of values and depends on several factors such as the local geography, industrialization, proximity to the emission source, climate, etc. (Liu et al., 2012; Han et al., 2017; Lomonaco et al., 2020). The recognition that poor air quality will affect human health and productivity was a realization and major social concern of the twentieth century (Costa et al., 2020). Most of the air decontamination studies that have been conducted to date are focused on SO$_x$, NO$_x$, and VOCs as the main causes of the greenhouse effect, (Xiong et al., 2019; Liu et al., 2020). Another important aspect is represented by indoor air pollution is the fact that many people usually live and work in closed spaces (Zhou et al., 2017). Acetaldehyde is a subject of interest for researchers analyzing indoor pollution (Amoatey et al., 2018; Chen et al., 2020), as it can be released for long periods by different construction materials such as polyurethane foams, adhesives, coatings, inks, and consumer products like cigarettes (Wang et al., 2016; Lin et al., 2017; Taylor et al., 2019). Direct contact with acetaldehyde irritates the skin and eyes, while short term inhalation affects the human respiratory system. Additionally, acetaldehyde can have a damaging effect on the cardiovascular system and it is suspected to be a human carcinogen (Solsona et al., 2012; Ohashi et al., 2015).

Different mono-component metal oxide photocatalyst such as ZnO (He et al., 2018; Smazna et al., 2019), TiO$_2$ (Andronic et al., 2014; Castellanos et al., 2020), WO$_3$ (Yang et al., 2018; Zhao et al., 2020) or SnO$_2$ (Enesca et al., 2012a; Patil et al., 2018) were widely used for wastewater and air pollutant removal. Although efficient, these materials have limitations in terms of charge carrier recombination, absorption range, and photoactive crystalline structure. The use of tandem systems such as CdS/TiO$_2$ (Isac et al., 2019; Wang et al., 2019), SnO$_2$/ZnO (Ali et al., 2016; Xu et al., 2019b),
ZnO/TiO₂ (Meng et al., 2018; Wetchakun et al., 2019), TiO₂/SiO₂ (Liu et al., 2012b; Enesca et al., 2017), WO₃/TiO₂ (Enesca et al., 2012b; Rhaman et al., 2020), SiO₂/ZnO (Xu et al., 2019a; Nasseh et al., 2020), or SnO₂/TiO₂ (Enesca et al., 2014; Huy et al., 2019) has improved photocatalytic properties by reducing charge carriers recombination rate and extending the absorbance spectrum. However, most of these studies are made in a liquid environment and cannot be directly transferred to gaseous predictions for the removal of pollutants (Jeleňška et al., 2017). The improvement of photocatalytic systems for the removal of an indoor air pollutant is required before studies can undertake large scale applications.

The present paper explores the possibility to enhance the photocatalytic activity of SnO₂-TiO₂ and ZnO-TiO₂ tandem structures by tailoring the morphology. The use of hydrophilic and hydrophobic polymers as additives in the doctor blade technique could enable more accurate control of the morphology of films, with direct implications on the photocatalytic activity of the tandem structures. The removal of acetaldehyde in a gaseous environment was tested for 12 h under UV irradiation to demonstrate the ability of these structures to promote organic pollutant mineralization in confined spaces.

EXPERIMENTAL

Photocatalysts Materials

Four samples were prepared based on the following procedure:

1. Sample Sn_Ti_HL film was developed on microscopic glass (MG) substrate by doctor blade technique. The paste was obtained by mixing SnO₂ (AlfaAesar, 99.98%) and TiO₂ Degussa P25 powders (mass ratio 5:1) into solutions containing ethanol, sodium maleat-methyl metacrylate hydrophilic (HL) additive, triton X100 in a volumetric ratio 10:2:1.

2. Sample Sn_Ti_HB film was deposed on MG substrate by doctor blade technique. The paste was obtained by mixing SnO₂ and TiO₂ Degussa P25 powders (mass ratio 5:1) into solutions containing ethanol, sodium maleat-vinyl acetate hydrophobic (HB) additive, triton X100 in a volumetric ratio 10:2:1.

3. Sample Zn_Ti_HL film was developed on MG substrate by doctor blade technique. The paste was obtained by mixing ZnO (AlfaAesar, 99.98%) and TiO₂ Degussa P25 powders (mass ratio 5:1) into solutions containing ethanol, HL additive, triton X100 in a volumetric ratio 10:2:1.

4. Sample Zn_Ti_HB film was deposed on MG substrate by doctor blade technique. The paste was obtained by mixing ZnO and TiO₂ Degussa P25 powders (mass ratio 5:1) into solutions containing ethanol, HB additive, triton X100 in a volumetric ratio 10:2:1.

Previously, the substrates with identical sizes (1.5 × 2.5 cm²) were degreased with specific surfactants and cleaned by successive immersion in acetone and ethanol for 20 min using an ultrasound bath. After deposition, the samples were thermally treated in a reach oxygen atmosphere at 450°C for 12 h.

Characterization Techniques

The presence of crystalline structures and composition of the tandem structures were identified using X-Ray Diffraction analysis using a Rigaku Miniflex X-Ray diffractometer containing a Cu Kα source (I = 1.54 Å, 40 kV, 100 mA). The morphology investigations were done by field emission scanning electron microscopy (FESEM, SU8010), operated at an accelerated voltage of 25 kV. The optical properties (absorbance and reflectance) necessary to evaluate the film thickness and the band gap were investigated using a UV-Vis spectrometer (PerkinElmer Lambda 25 UV/Vis).

Photocatalytic Experiments

The photocatalytic activity vs. acetaldehyde was tested for each tandem structure in a quartz air-proof box. An amount corresponding to 150 ppm of acetaldehyde was injected into the test box. The boxes had been previously filled with dry air for 30 min. Before the experiment, the tandem structures were kept for 24 h under UV irradiation (0.6 mW/cm²). The photocatalytic experiments consist of two steps: (1) the samples were kept in dark for 2 h to reach the adsorption equilibrium; and (2) the changes in the acetaldehyde and carbon dioxide concentrations were evaluated by gas chromatography (GC-2014, Shimatzu) for the next 12 h. Because the samples were active only on UV spectra, irradiation was also performed by a UV source (270–400 nm, 0.08 mW/cm²).

RESULTS AND DISCUSSIONS

Crystallinity and Morphology

The crystalline structure was evaluated in order to observe if the thermal treatment and the additives induced changes in the tandem structures. Considering the most representative orientation plane for each component, the crystallite size values were calculated with the Scherrer formula (Equation 1) from the full-width-half-maximum (FWHM) values obtained from the XRD. The results are presented in Table 1.

\[ D = \frac{K \cdot \lambda}{FWHM \cdot \cos \theta} = \frac{0.9 \cdot \lambda}{FWHM \cdot \cos \theta} \]  

Equation 1

Figure 1 shows the presence of anatase (ICCD 86-1157) and rutile (ICCD 34-0180) TiO₂, which is a characteristic of Degussa powder. TiO₂ exhibited a slight increase in crystallite sizes from an average value of 22 nm (anatase)/24 nm (rutile) in the presence of HL additive to 23 nm (anatase)/25 nm (rutile) when HB was employed as additive. The presence of the wurtzite ZnO structure (ICCD 05-0664) was identified in both Zn_Ti HL and Zn_Ti HB samples. Tin oxide was present in tetragonal structure (ICCD 72-1147) with similar diffraction peaks in Sn_Ti HL and Sn_Ti HB tandem structures. The influence of additives on crystallite sizes was observed on both SnO₂ and ZnO where the values vary from 44.3 nm (HL) to 45.7 nm (HB) for SnO₂ and 29.3 nm (HL) to 30.1 nm (HB) for ZnO. Even when there was not a significant crystallite size variation the results indicate a similar influence of the organic additives, regardless of the metal oxide composition or crystalline structure. The diffraction analysis shows no additional peaks, which is an indicator that the powder
TABLE 1 | Crystalline parameters of the tandem samples.

| Sample     | Compound | Crystalline lattice | Miller index | Crystallite size (Å) |
|------------|----------|---------------------|--------------|----------------------|
| Sn_Ti_HL   | SnO₂     | Tetragonal           | (101)/(101)/|(440)/(211)/(220)  | 443 (101) |
| TiO₂       | Anatase  | Tetragonal           | (101)/(004)  | 220 (101)             |
| TiO₂       | Rutile   | Tetragonal           | (101)        | 245 (101)             |
| Sn_Ti_HB   | SnO₂     | Tetragonal           | (110)/(101)/|(440)/(211)/(220)  | 457 (101) |
| TiO₂       | Anatase  | Tetragonal           | (101)/(004)  | 232 (101)             |
| TiO₂       | Rutile   | Tetragonal           | (101)        | 257 (101)             |
| Zn_Ti_HL   | ZnO      | Hexagonal            | (002)/(101)/|(103)                 | 293 (002) |
| TiO₂       | Anatase  | Tetragonal           | (101)/(004)  | 218 (101)             |
| TiO₂       | Rutile   | Tetragonal           | (101)        | 226 (101)             |
| Zn_Ti_HB   | ZnO      | Hexagonal            | (002)/(101)/|(103)                 | 301 (002) |
| TiO₂       | Anatase  | Tetragonal           | (101)/(004)  | 224 (101)             |
| TiO₂       | Rutile   | Tetragonal           | (101)        | 247 (101)             |

The SEM analysis (Figure 2) was performed in a semi-vacuum and no metallic covering was required for this procedure. The samples obtained using HL additive (Sn_Ti_HL and Zn_Ti_HL) present a homogeneous granular surface without defects, which is an indicator that sodium maleate-methyl metacrylate facilitates a uniform dispersion through the surface. The organic additives are known to possess the ability to self assemble (e.g., micelles, vesicles), which can serve as templates depending on the solvent composition (Wang et al., 2020; Yu et al., 2020). This behavior correlates with the macromolecular coils in this concentration range, which reduces the aggregates formed during the thermal treatment. Consequently, during the thermal treatment, the HL additive allows a uniform distribution of the metal oxide particles on the substrate surface, which explains the formation of particle-like morphology. The particles are assembled in compact structures forming dense films with thickness around 2 µm (see Table 2).

When HB additive is used (Sn_Ti_HB and Zn_Ti_HB) the morphology change and are less uniform. Based on our previous studies (Dudita et al., 2011), sodium maleate-vinyl acetate with an average length hydrophobic tail, form micelles which exhibit electrostatic forces with the metal oxide powders, resulting in the formation of reticular structures with various lengths and diameters. During the thermal treatment, HB additives induce the formation of preferential active centers where the metal oxide particles form aggregates partially covered with reticular structures. The films are characterized by a porous morphology with a higher thickness (~2.9 µm) compared with the films obtained using HL additive. Tailoring the photocatalyst morphology is a pre-requisite in the photocatalytic applications, which is interfacing dependent.

The physical properties of the tandem structures are summarized in Table 2. The Sn_Ti_HL and Zn_Ti_HL tandem structures are characterized by lower thickness and higher density, which confirm that the HL additive enables uniform dispersion of the powder paste and the formation of compact structures. The thermal process supports the crystallization in an oxygen rich atmosphere and induces the carbon species removal, formed during the additive deposition as a result of incomplete decomposition. The formation of uniform film morphology is favored by the presence of similar crystallite sizes and structures between the tandem components. The density decreases as the film thickness increases when the HB additive is employed. In this case, the possibility of carbon species persistence into the bulk was higher, due to the behavior of the HB additive in the polymeric chain arrangement around the aggregation structures. The correspondence between morphology and density has direct consequences on the photocatalytic properties, considering that the number of active sites with high energy will influence the formation of oxidative species and the degradation of the pollutant (Augugliaro et al., 2006; Park, 2017).

**Photocatalytic Properties**

The photocatalytic activity of the tandem heterostructures in the gaseous system was evaluated using GC measurements which allow the simultaneous investigation of both CH₂CHO input (Figure 3A) and CO₂ output (Figure 3B) evolution. The samples were kept in the dark for 2 h to reach the absorption-desorption equilibrium and then 12 h under UV irradiation.

The GC measurements indicate higher photocatalytic activities in the samples obtained using HL additives (Zn_Ti_HL and Sn_Ti_HL) which are characterized by granular homogenous morphology. The Zn_Ti_HL tandem structure exhibits 74.04% photocatalytic efficiency after 12 h of UV irradiation compared with 70.93%, corresponding to the Zn_Ti_HB sample. A similar difference was obtained for Sn_Ti tandem structures (61.35%...
for Sn_Ti_HL and 57.81% for Sn_Ti_HB). These results are a consequence of the uniform metal oxide particle distribution through the tandem structure, enabling the charge carrier to efficiently generate from both components. Additionally, the Zn_Ti tandem structures have the advantage of similar crystallite sizes, where the photo-conversion and charge transport occur simultaneously. The photocatalytic activity toward acetaldehyde was evaluated using Langmuir-Hinshelwood kinetic mechanisms (Figure 3C) based on the experimental values obtained during the 12 h of UV irradiation:

\[
\ln C = \ln C_0 - kt
\]  

(2)

where \(C\) and \(C_0\) represent the initial and final concentrations, \(k\) is the rate constant and \(t\) is time. The values presented in Table 3 indicate a good correlation coefficient for all samples and a superior rate constant for ZnO-TiO\(_2\) tandem structures. The highest rate constant corresponds to Zn_Ti_HL (0.10953 min\(^{-1}\)), while the lowest corresponds to the sample Sn_Ti_HB (0.07104 min\(^{-1}\)) obtained from a precursor containing the HB additive. These results show that the Zn_Ti_HL photocatalytic activity is significantly higher and is able to remove the same amount of CH\(_3\)CHO as Sn_Ti_HB in a shorter period (510 vs. 720 min). However, further improvements must be considered in order to increase the overall CH\(_3\)CHO photocatalytic removal until the complete mineralization.

Compared with the mono-component photocatalysts reported in other papers (Adhikari et al., 2018; Khan et al., 2018; Wang et al., 2018) the ZnO-TiO\(_2\) and SnO\(_2\)-TiO\(_2\) tandem structures present the advantages of reduced charge carrier recombination, higher charge carrier mobility, and improved charge carrier concentration, based on the simultaneous photo-conversion contribution of both semiconductors. The photocatalytic activity depends on the ability of the tandem structure to generate the oxidative species required to induce pollutant molecule mineralization, according to the following Equations (3)–(5):

\[
\text{Tandem Structure} + h^+ \rightarrow e^- + h^+ \\
\text{h}^+(\text{Tandem Structure}) + \text{H}_2\text{O} \rightarrow \bullet \text{OH}(\text{Tandem Structure}) + h^+ \\
\text{CH}_3\text{CHO} + \bullet \text{OH} \rightarrow \text{Photocatalysis Products} \\
\text{(e.g.: CO}_2, \text{H}_2\text{O})
\]  

(3–5)

The band energy diagram (Figures 4A,B) was evaluated by considering the experimental band gap values (Figure 4C) of each metal oxide, and the band energy positions were calculated by following methods presented in the literature.
FIGURE 3 | Photocatalytic activity in gaseous environment: (A) amount of CH$_3$CHO, (B) amount of CO$_2$, and (C) the kinetics of CH$_3$CHO photocatalytic degradation using the Langmuir-Hinshelwood correlation.

| Kinetic data | Sn$_2$Ti$^+$HL | Sn$_2$Ti$^+$HB | Zn$_2$Ti$^+$HL | Zn$_2$Ti$^+$HB |
|--------------|----------------|----------------|----------------|----------------|
| Correlation coefficient $R^2$ | 0.9937 | 0.9926 | 0.9951 | 0.9981 |
| Rate constant k (min$^{-1}$) | 0.07771 | 0.07104 | 0.10953 | 0.09921 |

Table 3 | Kinetic data corresponding to CH$_3$CHO pollutant.

Based on the band energy diagram the electrons situated in the titanium oxide valence band are transferred on the SnO$_2$/ZnO valence band representing the closest energy level. Under UV irradiation, charge carriers pairs (electron-hole) are created in the tandem structure, but only the pairs generated within

$E_{VB} = \chi_{\text{semiconductor}} - E_e + 0.5E_g$  \hspace{1cm} (6)

where $E_{VB}$ represents the valence band (VB) edge potential, $\chi_{\text{semiconductor}}$ represents the semiconductor electronegativity, $E_e$ is the energy of free electrons vs. hydrogen, $E_g$ is the band gap energy of the semiconductor (based on optical measurements), and ECB is calculated using the next equation:

$$E_{CB} = E_{VB} - E_g$$ \hspace{1cm} (7)

The values of absolute semiconductor electronegativity, $\chi_{\text{semiconductor}}$(eV) and the absolute cationic electronegativity, $\chi_{\text{cation}}$(eV), can be evaluated using Equations (8) and (9) where $\chi_{\text{cation}}$(P.u.) is the cationic electronegativity (P.u. Pauling units).

$$\chi_{\text{semiconductor}}(\text{eV}) = 0.45 \cdot \chi_{\text{cation}}(\text{eV}) + 3.36$$ \hspace{1cm} (8)

$$\chi_{\text{cation}}(\text{eV}) = \frac{\chi_{\text{cation}}(\text{P.u.}) + 0.206}{0.336}$$ \hspace{1cm} (9)
the space charge region can be effectively separated by the electric field across the space charge region. The insertion of supplementary charge carriers (e\(^-\) and h\(^+\)) in the depletion layer will induce a concentration gradient over the semiconductors, forming a diffuse layer. Consequently, a current flow will be formed due to a combined effect of drift and diffusion by photo-generated electrons. The conduction band (CB) edges of TiO\(_2\) and SnO\(_2\)/ZnO are conveniently located at −0.32 and −0.20 (SnO\(_2\)) or −0.24 (ZnO) eV vs. normal hydrogen electrode (NHE). The valence band (VB) edge of SnO\(_2\) (+3.45 eV) and ZnO (+3.20 eV) is lower than that of TiO\(_2\) (+3.00 eV). This mechanism is in accordance with other literature papers (Liu et al., 2012a; Badawi et al., 2013; Melhem et al., 2013) showing that a better charge separation in the tandem structures is the result of the fast electron-transfer process from the conduction band of TiO\(_2\) to that of SnO\(_2\)/ZnO. The highest photocatalytic efficiency of ZnO-TiO\(_2\) tandem structures is related to the band energies proximity which favors the charge carrier’s mobility and promotes the formation of oxidative species during the photocatalytic degradation (Riboni et al., 2013; Guo et al., 2019; Zhang et al., 2020). The influence of metal oxides ratios on the tandem structures as well as the concentration and optimization of the organic additives should be explored in future studies.

**CONCLUSIONS**

In this study, four tandem structures based on ZnO-TiO\(_2\) and SnO\(_2\)-TiO\(_2\) were prepared by the doctor blade technique using hydrophilic and hydrophobic additives. The results indicate the possibility of increasing crystallite size in the presence of an HB additive. The samples in which the HL additive was used were characterized by uniform granular morphology, high density, and lower thickness. Reticular morphology and lower density correspond to the samples where HB additives induced the formation of aggregates.

The photocatalytic activity toward acetaldehyde was tested in gaseous systems using UV irradiation and the highest efficiency (74.04%) corresponding to sample Zn\(_x\)Ti\(_{1-x}\)HL. The kinetics reaction corresponds to pseudo first order Langmuir-Hinshelwood, indicating a rate constant of 0.10953 min\(^{-1}\) for Zn\(_x\)Ti\(_{1-x}\)HL and 0.00771 min\(^{-1}\) for Sn\(_x\)Ti\(_{1-x}\)HL tandem structures. The tandem system based on ZnO and TiO\(_2\) was obtained using HL additive and exhibited superior photocatalytic activity due to the uniform particle distribution through the tandem structure as well as the similar crystallite sizes between the two metal oxides. Based on the band energy diagrams, the tandem structures can promote the mobility of charge carriers.
and the formation of oxidative species, which is required for pollutant degradation.

DATA AVAILABILITY STATEMENT

All datasets generated for this study are included in the article.

AUTHOR CONTRIBUTIONS

AE was responsible for sample preparation, data interpretation, literature review, and manuscript writing. The experimental investigation and photocatalytic studies were conducted with the support of the Tokyo University of Science.

ACKNOWLEDGMENTS

The author acknowledges the support of Youichi Yamoguchi from Tokyo University of Science in these experimental investigations. This work was supported by a grant of the Romanian Ministry of Education and Research, CCCDI - UEFISCDI, project number PN-III-P2-2.1-PED-2019-2028, within PNCDI III.

REFERENCES

Adhikari, S., Chandra, K. S., Kim, D. H., Madras, G., and Sarkar, D. (2018). Understanding the morphological effects of WO3 photocatalysts for the degradation of organic pollutants. Adv. Powder Technol. 29, 1591–1600. doi: 10.1016/j.apt.2018.03.024

Ali, M. B., Barka-Bouaïfel, F., Sieber, B., Elhouichet, H., and Boukherroub, R. (2016). Preparation and characterization of Ni-doped ZnO–SnO2 nanocomposites: application in photocatalysis. Superlattices Microst. 91, 225–237. doi: 10.1016/j.spmi.2016.01.014

Amoatey, P., Omidvarborna, H., Baawain, M. S., and Al-Mamun, A. (2018). Indoor air pollution and exposure assessment of the gulf cooperation council countries: a critical review. Environ. Int. 121, 491–506. doi: 10.1016/j.envint.2018.09.043

Andronic, L., Enesca, A.L., Cazan, C., and Visa, M. (2014). TiO2-active carbon composites for wastewater photocatalysis? J.Sol-Gel Sci. Technol. 71, 396–405. doi: 10.1007/s10971-014-3393-6

Augugliaro, V., Litter, M., Palmisano, L., and Soria, J. (2006). The combination of heterogeneous photocatalysis with chemical and physical operations: a tool for improving the photocatalysis performance. J. Photochem. Photobiol. C. 7, 127–144. doi: 10.1016/j.jphotchemrev.2006.12.001

Badawi, A., Al-Hosiny, N., Abdallah, S., Negm, S., and Talaat, H. (2013). Tuning photocurrent response through size control of CdTe quantum dots sensitized solar cells. Solar Energ. 88, 137–143. doi: 10.1016/j.solener.2012.11.005

Castellanos, R. M., Bassin, J. P., Dezotti, M., Boaventura, A. R., and Vilar, J. P. (2020). Tube-in-tube membrane reactor for heterogeneous TiO2 photocatalysis with radial addition of H2O2. Chem. Eng. J. 3951:124998. doi: 10.1016/j.cej.2020.124998

Chen, R. Y., Ho, K. F., Hong, G. B., and Chuang, K. J. (2020). Houseplant, indoor air pollution, and cardiovascular effects among elderly subjects in Taipei, Taiwan. Sci. Total Environment. 70525:135770. doi: 10.1016/j.scitotenv.2019.135770

Costa, L. G., Cole, T. B., Diao, K., Chang, Y. C., Coburn, J., and Garrick, J. M. (2020). Effects of air pollution on the nervous system and its possible role in neurodevelopmental and neurodegenerative disorders. Pharmacol. Therapeut. 210:107523. doi: 10.1016/j.pharmthera.2020.107523

Dudita, M., Bogatu, C., Enesca, A., and Duta, A. (2011). The influence of the additives composition and concentration on the properties of SnO2 thin films used in photocatalysis. Mater. Lett. 65, 2185–2189. doi: 10.1016/j.matlet.2011.03.111

Enesca, A., Andronic, L., and Duta, A. (2012a). Optimization of optoelectrical and photocatalytic properties of SnO2 thin films Using Zn2+ and W5+ dopant ions. Catal. Lett. 142, 224–230. doi: 10.1007/s10562-011-0762-4

Enesca, A., Andronic, L., and Duta, A. (2012b). The influence of surfactants on the crystalline structure, electrical and photocatalytic properties of hybrid multi-structured (SnO2, TiO2 and WO3) thin films. Appl. Surf. Sci. 258, 4339–4346. doi: 10.1016/j.apsusc.2011.12.110

Enesca, A., Isac, L., Andronic, L., Perniu, D., and Duta, A. (2014). Tuning SnO2–TiO2 tandem systems for dyes mineralization. Appl. Catal. B 147, 175–184. doi: 10.1016/j.apcatb.2013.08.016

Enesca, A., Yamaguchi, Y., Terashima, C., Fujishima, A., and Duta, A. (2017). Enhanced UV–Vis photocatalytic performance of the CuInS2/TiO2/SnO2 hetero-structure for air decontamination. J. Catal. 350, 174–181. doi: 10.1016/j.jcat.2017.02.015

Gao, C., Li, J., Shan, Z., Huang, F., and Shen, H. (2010). Preparation and visible-light photocatalytic activity of In2S3/TiO2 composite. Mater. Chem. Phys. 122, 183–187. doi: 10.1016/j.matchemphys.2010.02.030

Guo, M., Xing, Z., Zhao, T., Li, Z., Yang, S., and Zhou, W. (2019). WS2 quantum dots/Mo2s/WS2 core-shell hierarchical dual Z-scheme tandem heterojunctions with wide-spectrum response and enhanced photocatalytic performance. Appl. Catal. B 257:117913. doi: 10.1016/j.apcatb.2019.117913

Han, W., Li, Z., Li, Y., Fan, X., Zhang, F., Zhang, G., et al. (2017). The promoting role of different carbon allotropes cocatalysts for semiconductors in photocatalytic energy generation and pollutants degradation. Front. Chem. 5:84. doi: 10.3389/fchem.2017.00084

He, S., Hou, P., Petropoulos, E., Feng, Y., Yu, Y., Xue, L., et al. (2018). High efficient visible-light photocatalytic performance of Cu/ZnO/rGO nanocomposite for decomposing of aqueous ammonia and treatment of domestic wastewater. Front. Chem. 6:219. doi: 10.3389/fchem.2018.00219

Huy, T. H., Phat, B. D., Kang, F., Wang, Y. F., Liu, S. H., Thi, C. M., et al. (2019). SnO2/ZnO nanotube heterojunction: The first investigation of NO degradation by visible light-driven photocatalysis. Chemosphere 215, 323–332. doi: 10.1016/j.chemosphere.2018.10.033

Isac, L., Cazan, C., Enesca, A., and Andronic, L. (2019). Copper sulfide based heterojunctions as photocatalysts for dyes photodegradation. Front. Chem. 7:694. doi: 10.3389/fchem.2019.00694

Jelewska, M., Górska-Kostrubiec, B., Werner, T., Kadźbialko-Hofmokl, M., and Szwarczewski, P. (2017). Evaluation of indoor/outdoor urban air pollution by magnetic, chemical and microscopic studies. Atmos. Pollut. Res. 8, 754–766. doi: 10.1016/j.apr.2017.01.006

Khan, R., Rigamonti, M. G., Patience, G. S., and Boffito, D. C. (2018). Spray dried TiO2/WO3 heterostructure for photocatalytic applications with residual activity in the dark. Appl. Catal. B 22615, 311–323. doi: 10.1016/j.apcatb.2017.12.049

Lin, N., Xu, W., Wang, G., Ren, Y., and Tao, S. (2017). Accumulative effects of indoor air pollution exposure on leukocyte telomere length among non-smokers. Environ. Pollut. 227, 1–7. doi: 10.1016/j.envpol.2017.04.054

Liu, W. T., Hisieh, H. C., Chen, S. P., Chang, I. S., and Wang, J. L. (2012). Diagnosis of air quality through observation and modeling of volatile organic compounds (VOCs) as pollution tracers. Atmos. Environ. 55, 56–63. doi: 10.1016/j.atmosenv.2012.03.017

Liu, Y., Xie, C., Li, J., Zou, T., and Zeng, D. (2012a). New insights into the relationship between photocatalytic activity and photocurrent of TiO2/WO3 nanocomposite. Appl. Catal. A 433–434, 81–87. doi: 10.1016/j.apcata.2012.05.001

Liu, Y., Yang, H., and Lu, W. (2020). VOCs released from municipal solid waste at the initial decomposition stage: emission characteristics and an odor impact assessment. J. Environ. Sci. 98, 143–150. doi: 10.1016/j.jes.2020.05.009

Liu, Y., Yu, H., Lu, L., Zhan, S., and Wu, X. (2012b). Simulated-sunlight-activated photocatalysis of Methylene Blue using cerium-doped SiO2/TiO2 nanostructured fibers. J. Environ. Sci. 24, 1867–1875. doi: 10.1016/S1001-0742(11)60085-8
Bettini, L. G., Bahnemann, D. W., and Selli, E. (2013). WO
Taylor, J., Shrubsole, C., Symonds, P., Mackenzie, L., and Davies, M. (2019). Application of an indoor air pollution metamodel to a spatially-distributed housing stock. Sci. Total Environ. 6671, 390–399. doi: 10.1016/j.scitotenv.2019.02.341

Conflict of Interest: The author declares that the research was conducted in the absence of any commercial or financial relationships that could be construed as a potential conflict of interest.

Copyright © 2020 Enesca. This is an open-access article distributed under the terms of the Creative Commons Attribution License (CC BY). The use, distribution or reproduction in other forums is permitted, provided the original author(s) and the copyright owner(s) are credited and that the original publication in this journal is cited, in accordance with accepted academic practice. No use, distribution or reproduction is permitted which does not comply with these terms.